Excitation Wavelength Dependence of Terahertz Electromagnetic Wave Generation from Quantum Wire

I. Morohashi¹, K. Komori¹,², T. Hidaka¹, X. L. Wang¹, M. Ogura¹,², and M. Watanabe²

¹Shonan Institute of Technology, 1-1-25 Tujido-nishikaigan, Fujisawa, Kanagawa, 251-8511, Japan
Phone: +80-298-61-5633, Fax: +80-298-61-5627, Email: i-morohashi@aist.go.jp
²National Institute of Advanced Industrial Science and Technology, Tsukuba-Central 2, 1-1-1 Umezono, Tsukuba, Ibaraki, 305-8568, Japan
³PRESTO, Japan Science Technology Corporation, 4-1-8 Honcho, Kawaguchi, Saitama, 332-0012, Japan
⁴CREST, Japan Science Technology Corporation, 4-1-8 Honcho, Kawaguchi, Saitama, 332-0012, Japan

1. Introduction
Terahertz (THz) electromagnetic wave technology have been studied towards the application to imaging, and spectroscopy. THz electromagnetic wave generation by ultrashort pulse excitation of semiconductor can be applied not only for new THz emitter but also to the measurement of ultrafast carrier dynamics in semiconductor. As a matter of fact, quantum beats and Bloch oscillations of semiconductor coupled quantum wells and superlattices have been studied using THz spectroscopy[1-2]. Therefore, it is important to apply THz spectroscopy for the study of ultrafast carrier dynamics in quantum wire structure.

In this paper, we have investigated excitation wavelength dependence of THz electromagnetic wave generation from a semiconductor quantum wire.

2. Sample Structure
The GaAs/AlGaAs quantum wire sample used in our experiment was fabricated on a V-groove GaAs substrate by metalorganic chemical vapor deposition (MOCVD) growth with flow rate modulation epitaxy (FME) technique[3-4]. Fifteen periods of very small crescent-shaped quantum wires with a central thickness of 11nm and a lateral full width of 46nm were formed at the bottom of the V-groove. Fig. 1 shows Photoluminescence (PL) and Photoluminescence excitation (PLE) spectra. In the PLE experiment, the polarization of the excitation laser was set in a parallel (PLE//) and a perpendicular (PLE⊥) to the quantum wire. Sharp 1e-1hh exciton peaks (at 799nm) with linewidth of 5-6meV was observed by PL measurement. While 1e-1hh and 2e-2hh exciton states were observed at 1.5525 and 1.5559 eV in PLE//, and 1e-1hh 1e-2hh exciton states were observed at 1.5593 and 1.5624 eV in PLE⊥.

3. Experimental Results
The THz electromagnetic wave generated from the quantum wire sample was measured by the free-space electrooptic (EO) sampling method[5-6]. The experimental setup is schematically shown in Fig. 2. The quantum wire sample was held in a cryostat at a temperature of 14 K, and THz electromagnetic wave pulse was generated by ultrashort optical pulse excitation. The ultrashort optical pulse from a mode-locked Ti:sapphire laser with a pulse duration of about 140 fs was used for optical excitation. The THz electromagnetic wave generated from the quantum wire was collected with a pair of off-axis parabolic mirrors, and was incident on an EO crystal (ZnTe) with a delayed probe beam. The probe beam passed through the EO crystal was analyzed by a Wollaston polarizer, and detected by a balanced photodetector.

Acknowledgment
We thank Prof. X. C. Zhang for many discussions and advices in the experiments.

References
Fig. 1 PL and PLE spectra of the quantum wire sample with the polarization of excitation laser parallel (PLE/) and perpendicular (PLE⊥) to the quantum wire.

Fig. 2 Schematic diagram of experimental setup with free-space EO sampling system.

Fig. 3 Observed THz electromagnetic wave from the quantum wire sample.

Fig. 4 Excitation laser wavelength dependence of the magnitude of THz electromagnetic wave generation.